Linear and Non-Linear Kinetic Modeling for Adsorption of Disperse Dye in Batch Process

Markandeya, S.P. Shukla and G.C. Kisku
Department of Civil Engineering, Institute of Engineering and Technology, Lucknow, 226021, India
Environmental Monitoring Division, Indian Institute of Toxicology Research, Lucknow, 226001, India

Corresponding Author: S.P. Shukla, Department of Civil Engineering, Institute of Engineering and Technology, Lucknow, 226021, India Tel: +919415190054 Fax: +915222361631

ABSTRACT
Removal of disperse orange 25 dye by adsorption on activated carbon was experimentally investigated in a batch process in present study which revealed that the equilibrium data fitted better in the Langmuir isotherm, indicating monolayer coverage of disperse orange 25 dye molecules at the outer surface of activated carbon. Several forms of pseudo-first and second order kinetic models were employed to determine the best-fitting form of particular model on the basis of statistical analysis. The results concluded that the non-linear form of pseudo-second order kinetic model is best suited to explain the present adsorption study as compared to linear forms.

Key words: Activated carbon, disperse orange 25, adsorption isotherms, pseudo-first order kinetic model, pseudo-second order kinetic model

INTRODUCTION
Dyes and pigments are chemically complex compounds which are discharged into wastewater from various dye manufacturing and textile finishing industrial outlets. In the textile sector, 10-20% unexploited dyes remain as waste with residual liquors. These dyes are not completely exhausted during the processes and discharged into the rivers which inhibit sunlight penetration into the rivers (Gajare and Menghani, 2012). Nearly 0.1 million type of commercially available dyes are produced all over the world (Mondal, 2008). Major dyes cause skin diseases and cancer when discharged with the effluents. Hence, elimination of dyes before discharging effluents into the rivers and streams is an absolute necessity (Banerjee et al., 2014).

Various processes including physical (dilution, floatation, filtration and reverse osmosis), chemical (coagulation-flocculation and precipitation, chemical oxidation) and biological (aerobic and anaerobic microbial degradation) treatments had been tested for dyes removal from industrial effluents. Compared to these processes, adsorption process is an efficient one for dyes removal from wastewater due to its clean and sludge-free operation. Further, adsorption has capability to remove dyes from wastewater having diluted concentrations (Yu and Hu, 2011).

Several commercially available adsorbents (e.g., activated carbon and zeolite) have previously been tried for treating textile wastewater containing dyes (Andersson et al., 2012; Lian et al., 2009). Khare et al. (1987) used complex mixture of coal and fly ash for adsorbing omega chrome Red ME. In this study, equilibrium data related to removal of disperse orange 25 dye by activated carbon has been analyzed for different isotherms (viz. Langmuir, Freundlich and Temkin). Kinetics of dye adsorption is important factor for adsorption rate of dye from solutions since it controls residence
time of dye in solid-liquid interface (El Saliby et al., 2013). Pseudo-first order, second order
(bulk transport of dye molecules in liquid phase) kinetic models and intra-particle diffusion model
(film transport involving diffusion of dye molecules through a hydrodynamic boundary layer around
adsorbent surface) were abundantly used in adsorption studies and have been used in present
study also (Kisku et al., 2015; Lange and Mendez-Sanchez, 2010). Different linear and non-linear
forms of pseudo-first and second order kinetic models have been statistically compared to get best
kinetic model describing the adsorption mechanism for removal of disperse orange 25 onto
activated carbon.

MATERIALS AND METHODS

Analytical-grade chemical reagents and milli-Q water have been used in this study for
preparing solutions. Disperse Orange 25 (DO) dye with 99.9% purity was procured from
Siddheshwari Industries, GIDC, Gujarat, India. Figure 1 presents molecular formula and chemical
structure of DO dye. Activated carbon was procured from Merck Ltd., Mumbai and directly used
as adsorbent.

Dye solutions of different concentrations were prepared by mixing 10-100 mg dye in 1 L water.
The batch adsorption kinetics was carried out using orbital incubator shaker (Model: GGT 1201,
G.G. Technologies, New Delhi). Dye solutions were taken in flasks having adsorbent dose of 0.4 g L\(^{-1}\)
and pH of mixture was adjusted to 6.0 by adding 0.1 N H\(_2\)SO\(_4\). The flasks were then subjected to
agitation speed of 140 rpm and contact time was varied from 5-300 min. After adsorption, solution
was filtered using filter paper (Whatman No. 42) and residual concentration of DO was measured
at 456 nm wavelength using UV-Vis single beam spectrophotometer (Model: Halo SB-10,
Dynamica).

The dye removal percentage was calculated using the following equations:

\[
\text{Percent removal} = \left(1 - \frac{C_t}{C_0}\right) \times 100
\]

\[
\text{Dye adsorbed (q\(_e\))} = \frac{(C_0 - C_t) \times V}{M}
\]

Where:
- \(C_0\) and \(C_t\) = Initial and final concentrations (mg L\(^{-1}\)) of dye, respectively
- \(q_e\) = Amount of adsorbed concentration of dye (mg g\(^{-1}\)) on adsorbent
- V = Volume of solution (L)
- M = Mass of adsorbent used (g)

Fig. 1: Chemical structure of disperse orange 25 dye (C\(_{17}\)H\(_{17}\)N\(_5\)O\(_2\))
RESULTS AND DISCUSSION

Adsorption isotherms: Observed data was tested for Langmuir (1916), Freundlich (1906) and Temkin and Pyzhev (1940) isotherms. Adsorption happens at specific homogeneous sites within the adsorbent in case of Langmuir isotherm. Adsorption sites are independent of the neighboring sites which accommodate only one dye molecule on each adsorption site in form of complexes of reactive functional groups present on surface of adsorbent. Linear form of Langmuir isotherm is shown below:

\[
\frac{1}{q_e} = \frac{1}{q_m} + \left(\frac{1}{b q_m}\right) \frac{1}{C_e}
\]  (3)

Where:
- \(C_e\) = Concentration of adsorbate in solution at equilibrium (mg L\(^{-1}\))
- \(q_m\) = Maximum capacity of adsorbent for adsorbate (mg g\(^{-1}\))
- \(b\) = Constant for apparent energy of adsorption (L mg\(^{-1}\))

The experimental data was plotted \((1/q_e \text{ vs. } 1/C_e)\) to determine \(q_m\) and constant \(b\).

Assumption of Freundlich isotherm is that heterogeneous surface has non-uniform distribution of adsorption heat over it. The linear form of the Freundlich isotherm is shown below:

\[
\log q_e = \log K_F + \left(\frac{1}{n}\right) \times \log C_e
\]  (4)

Where:
- \(K_F\) = Freundlich constant related to adsorption capacity of adsorbents (mg g\(^{-1}\))
- \(n\) = Freundlich exponent constant that represents the parameter characterizing Quasi Gaussian energetic heterogeneity of the adsorption surface.

The experimental data was plotted \((\log q_e \text{ vs. } \log C_e)\) to determine the constant \(K_F\) and \(n\).

The Temkin isotherm shown in Eq. 5 involves that the adsorption heat in layer’s molecules decreases linearly due to adsorbent-adsorbate links. Such adsorption is distinguished by a uniform distribution of the bonding energies.

\[
q_e = B_t \ln K_t + B_t \ln C_e
\]  (5)

Where:
- \(K_t\) = Equilibrium constant corresponding to maximum binding energy (L mg\(^{-1}\))
- \(B_t\) = Variation of adsorption energy (kJ mol\(^{-1}\))

The experimental data was plotted \((q_e \text{ vs. } \ln C_e)\) to get values of \(B_t\) and constant \(K_t\).

Parameters related to Langmuir, Freundlich and Temkin isotherms are given in Table 1. The coefficient of determination \((R^2)\) is highest (0.990) in case of Langmuir isotherm which suggests that adsorption of DO dye on activated carbon is best described by Langmuir isotherm. Banerjee et al. (2014) also found that equilibrium data of adsorption of methylene blue dye on modified wheat husk surface is well fitted with Langmuir isotherm indicating monolayer adsorption. The low value of \(b\) (0.076 L mg\(^{-1}\)) in this study indicate a weak interaction between
Table 1: Isotherm parameters for adsorption of dispersive orange 25 dye on the activated carbon

| Isotherm parameters        | Values |
|---------------------------|--------|
| **Langmuir isotherm**     |        |
| $q_m$ (mg g$^{-1}$)       | 200    |
| $b$ (L mg$^{-1}$)         | 0.076  |
| $R^2$                     | 0.990  |
| **Freundlich isotherm**   |        |
| $K_F$ (L mg$^{-1}$)       | 24.12  |
| $n$                       | 2.041  |
| $R^2$                     | 0.868  |
| **Temkin isotherm**       |        |
| $K_t$ (L mg$^{-1}$)       | 1.393  |
| $B_t$ (kJ mol$^{-1}$)     | 32.662 |
| $R^2$                     | 0.942  |

dye and activated carbon for ion-exchange mechanism (Hameed et al., 2007). The maximum adsorption capacity of activated carbon, $q_m$, in present study has been found to be 200 mg g$^{-1}$ for DO dye (Table 1) which is comparable with 159 mg g$^{-1}$ in case of granular activated carbon used for the adsorption of maxilon goldgelb GL EC 400% dye (Meshko et al., 2001).

**Kinetic models:** An empirical model, neglecting the mass transfer effects, can replace the kinetic modeling to resemble the observe data (Pagnanelli, 2011). According to Thomas (1948), the adsorption process is described by following reaction:

$$\text{Adsorbate+Adsorbent = Adsorbate Adsorbent}$$

In the recent years, adsorption mechanisms are explained by involving kinetic-based models which describe the reaction order of adsorption systems based on solution concentrations viz. pseudo-first order (Febrianto et al., 2009), pseudo-second order (Tiwari et al., 2013; Ozacar and Sengil, 2006), kinetic models and intra-particle diffusion model (Shukla et al., 2014). The kinetic models can be presented in different (linear and non-linear) forms having variable degree of complexity (Table 2).

**Pseudo-first order kinetic model:** Lagergren’s rate equation of the first order describes the rate of adsorption based on adsorption capacity as:

$$\frac{dq}{dt} = k_1 (q_e - q_t)$$

Where:

$q_e$ = Solid phase dye concentration (mg g$^{-1}$) at time $t$

Integration of Eq. 7 (boundary conditions: $q$ varying from 0-q when t varies from 0-t) gives non-linear form of pseudo-first order kinetic model (Ho and Chiang, 2001) which can be transformed to linear form as shown in Table 2. Figure 2 shows plot of different linear and non-linear forms of pseudo-first order kinetic model.

The $q_e$ and $k_1$ (Table 3) were determined by non-linear fitting ($q_t$ vs. $t$) and linear fitting ($\log (q_e - q_t)$ vs. $t$) as well (Fig. 2). Pseudo-first order kinetic model has been applied to many adsorption kinetic studies (Febrianto et al., 2009).
Table 2: Pseudo-first order, second order and intra-particle diffusion model and their different forms

| Kinetic models                  | Non-linear forms | Linear forms | Plots for linear forms | Constants       |
|--------------------------------|------------------|--------------|------------------------|-----------------|
| Pseudo-first order             |                  |              |                        | k₁ = 2.303×M    |
| Type 1 pseudo-second order     |                  |              |                        | qₑ = 1/M, k₂ = M²/C |
| Type 2 pseudo-second order     |                  |              |                        | qₑ = 1/C, k₂ = C²/M |
| Type 3 pseudo-second order     |                  |              |                        | qₑ = -M/C, k₂ = C²/M |
| Type 4 pseudo-second order     |                  |              |                        | qₑ = 1/C, k₂ = M  |
| Intra-particle diffusion       |                  |              |                        | qₑ = kₑ × t¹/₂ + C |

qₑ: Measured values of equilibrium adsorbate concentration in solid phase (mg g⁻¹); qₜ: Amount of dye adsorbed (mg g⁻¹) at time t; Cₒ: Initial dye concentration (mg L⁻¹); t: Time (min); k₁: Rate constant of the pseudo-second order kinetics (min⁻¹); k₂: Rate constant of the pseudo-second order kinetics (g mg⁻¹ min⁻¹); kₚ: Intra-particle rate constant (mg/g min⁻¹); M: Slope, C: Intercept of plot
Table 3: Pseudo-first order kinetic model parameters for disperse orange 25 dye adsorption by activated carbon

| Concentration (mg L$^{-1}$) | q$e,exp$ (mg g$^{-1}$) | q$e,cal$ (mg g$^{-1}$) | k$1$ (L min$^{-1}$) | $\chi^2$ | R$^2$ |
|-----------------------------|------------------------|------------------------|---------------------|--------|------|
| 10                          | 21.011                 | 11.310                 | 3.224               | 8.302  | 0.933|
| 20                          | 41.500                 | 22.860                 | 3.455               | 15.199 | 0.964|
| 30                          | 62.002                 | 35.157                 | 3.455               | 20.501 | 0.958|
| 40                          | 82.051                 | 43.448                 | 2.994               | 34.203 | 0.987|
| 50                          | 98.504                 | 55.852                 | 3.455               | 32.570 | 0.954|
| 60                          | 111.011                | 60.878                 | 3.224               | 41.729 | 0.962|
| 70                          | 121.508                | 62.378                 | 2.764               | 56.030 | 0.976|
| 80                          | 123.051                | 65.769                 | 3.915               | 49.789 | 0.969|
| 90                          | 124.043                | 58.614                 | 3.915               | 72.954 | 0.991|
| 100                         | 125.502                | 56.372                 | 3.455               | 83.556 | 0.976|

$q_{e,exp}$: Experimental dye concentration at equilibrium, $q_{e,cal}$: Calculated dye concentration at equilibrium

**Pseudo-second order kinetic model:** Pseudo-second order kinetic model is derived by assuming a second order dependence of the adsorption rate on available sites (Ozacar and Sengil, 2006) and can be written as:

$$\frac{dq}{dt} = k_2 (q_e - q_t)^2$$  \hspace{1cm} (8)

On integration of Eq. 8 with boundary conditions: $q_t$ varying from 0-$q_t$ when $t$ varies from 0-$t$, we get:

$$q_t = q_e \left( 1 - \frac{1}{1 + k_2 q_t} \right)$$  \hspace{1cm} (9)

Equation 9 can be converted to varying linearity forms (Table 2). Linear forms ($t/q_t$ vs. $t$, $1/q_t$ vs. $1/t$, $1/t$ vs. $1/q_t$ and $1/(q_e - q_t)$ vs. $t$) of this model are plotted in Fig. 3(a-d), whereas non-linear form ($q_t$ vs. $t$) is plotted in Fig. 3(e). For non-linear forms, ‘origin’ software (version 9.0) was employed to determine constants of kinetic models. Pseudo-second order constants ($q_e$ and $k_2$) are given in Table 4.

Different linear forms of the same kinetic model significantly affect the modeling data due to the differences in the error function that varied upon linearizing the non-linear equation. The error distribution, varying from one linear form to other, depends on the way of linearization of kinetic models. Even though non-linear forms were proven to be the best way to regress model parameters, most of adsorption studies used the linear forms of equations.

**Statistical analysis:** Error functions are required to assess the kinetic model describing the experimental results in a best possible way. The $R^2$ and chi-square tests (Chowdhury and Saha, 2011) are performed to find out suitability of various forms of kinetic models in case of present study.

$$R^2 = \frac{(q_{e,exp} - q_{e,cal})^2}{\sum (q_{e,exp} - q_{e,cal})^2 + (q_{e,exp} - q_{e,cal})^2}$$  \hspace{1cm} (10)
Fig. 3(a-e): Pseudo-second order kinetic model plots (a) Type 1 linear form, (b) Type 2 linear form, (c) Type 3 linear form, (d) Type 4 linear form and (e) Non-linear form for the adsorption of DO dye on activated carbon
The $R^2$ and $\chi^2$ values of linear and non-linear forms of kinetic models are plotted in Fig. 4 and 5, respectively. For the best fit kinetic model in any adsorption study, three conditions should be satisfied: (i) the $q_{\text{e,exp}}$ values should reasonably match with the $q_{\text{e,cal}}$ values at all initial concentrations of adsorbate, (ii) the values of $R^2$ should be maximum and (iii) the values of $\chi^2$ should be minimum.

From Table 3 and 4, it can be observed that kinetic model constants ($k_1$, $k_2$) and calculated dye concentration at equilibrium ($q_{\text{e,cal}}$) vary with $q_{\text{e,exp}}$ (experimental dye concentration at equilibrium). The $q_{\text{e,exp}}$ values are always increasing with the increases of initial dye concentration and $q_{\text{e,cal}}$ values should also follow the similar trend. In case of linear form of pseudo-first order kinetic model, the $q_{\text{e,cal}}$ values show increasing trends (11.310-65.769 mg g$^{-1}$) when initial dye concentration is increased from 10-80 mg L$^{-1}$. At higher initial concentrations of dye (90-100 mg L$^{-1}$), the $q_{\text{e,cal}}$ values show the decreasing trends and are even lower (58.614-56.372 mg g$^{-1}$) than those obtained at initial dye concentration of 80 mg L$^{-1}$. In the entire range of initial dye concentrations, $q_{\text{e,cal}}$ values are about 50% of $q_{\text{e,exp}}$ values which makes linear form of pseudo-first order kinetic model unfit for present study.

In case of linear form of type 2 pseudo-second order kinetic model, the $q_{\text{e,cal}}$ increases when initial dye concentration is increased from 10 mg L$^{-1}$ onwards but reverses the trend as soon as initial dye concentration is more than 40 mg L$^{-1}$. The $q_{\text{e,cal}}$ values show increasing trend when initial dye concentration goes beyond 70 mg L$^{-1}$. Further the $q_{\text{e,cal}}$ values are varying from 50-25% of $q_{\text{e,exp}}$ values. These observations suggest that linear form of type 2 pseudo-second order kinetic model is not explaining the adsorption process well.
In type 3 linear form of pseudo-second order kinetic model, $q_{e,\text{cal}}$ decreases from 139.886-127.843 mg g\(^{-1}\) when initial dye concentration is increasing from 10-60 mg L\(^{-1}\). However, at higher initial dye concentrations (70 mg L\(^{-1}\) onward), the $q_{e,\text{cal}}$ values show increasing trends (142.955-158.410 mg g\(^{-1}\)) and further increases (5.280-50.001 mg g\(^{-1}\)) with increasing initial dye concentration (10-40 mg L\(^{-1}\)) in case of type 4 linear form of pseudo-second order kinetic model. Thereafter when initial dye concentration further increases (40-70 mg L\(^{-1}\)), $q_{e,\text{cal}}$ shows decreasing trend which is again reversed when initial dye concentration increases beyond 80 mg L\(^{-1}\). Overall $q_{e,\text{cal}}$ does not follow any definite trend with respect to $q_{e,\exp}$ values suggesting that type 4 linear form of pseudo-second order kinetic model also is not fit to explain the adsorption process of present study. Kumar (2006) studied on sorption kinetics of methylene blue onto activated carbon and found that as initial concentration of dye increase, the $q_{e,\text{cal}}$ values were sometimes increasing and sometimes decreasing as in the case of present findings.

From above discussion, it is observed that linear forms of pseudo-first order and type 2, type 3, type 4 pseudo-second order kinetic models are violating theory of adsorption in case of adsorption of DO dye onto activated carbon mainly for two reasons: (i) the values of $q_{e,\text{cal}}$ do not follow increasing trend with increasing initial concentration of dye, as observed for $q_{e,\exp}$ and (ii) $q_{e,\text{cal}}$ values range from 25-90% of $q_{e,\exp}$ values. Hence, it can be concluded that linear forms of pseudo-first order and type 2, type 3, type 4 pseudo-second order kinetic models are not the suitable models for explaining the adsorption process happening in present study. Suitability of rest of the linear and non-linear forms of pseudo-first and second order kinetic models are discussed next so as to decide the best fit kinetic model and its form for present study.

Based on the criteria that $q_{e,\text{cal}}$ should follow similar trend as of $q_{e,\exp}$ and their values should reasonably match, only linear form of type 1 pseudo-second order and non-linear forms of both
kinetic models qualify to be best fit model. These forms have been further compared based on error parameters i.e. $R^2$ and $\chi^2$ (Fig. 4 and 5). $R^2$ values in case of non-linear form of pseudo-second order kinetic model ranged from 0.990-0.999 (average value 0.997) followed by 0.990-0.994 (average value 0.992) for type 1 pseudo-second order (linear form) and 0.952-0.992 (average value 0.973) for pseudo-first order (non-linear form) kinetic model (Fig. 4), indicating that non-linear form and type 1 (linear form) of pseudo-second order kinetic model explain adsorption process of present study well as compared to non-linear form of pseudo-first order kinetic model (Table 3 and 4). The mean $\chi^2$ values of pseudo-second order (non-linear form) kinetic model vary from 0.001-0.119 followed by 0.067-3.193 and 0.027-0.156 for type 1 pseudo-second order (linear form) and pseudo-first order (non-linear form) kinetic models respectively indicating that non-linear forms of pseudo-first order and second order represent the experimental data better as compared to other linear forms of kinetic models (due to smaller $\chi^2$ values). These observations indicate that transforming non-linear form of kinetic model to linear forms can alter the distribution error and twist model parameters. Finally, considering both error functions $\chi^2$ and $R^2$ together, it is concluded that the best fit kinetic model to explain adsorption of DO dye onto activated carbon is non-linear form of pseudo-second order kinetic model. Kumar (2006), studied on sorption of methylene blue onto activated carbon, results suggested that non-linear form of kinetic model better than linear forms.

Intra-particle diffusion model: The experimental observations were further investigated by the diffusion (intra-particle) model to explain the diffusion mechanism. According to Hameed et al. (2009), the plots ($q_t$ vs. $t^{1/2}$) represent multi-linearity, which indicates two or more steps occurring in the adsorption process. The relationship between $q_t$ vs. $t^{1/2}$ is plotted in Fig. 6. The intra-particle diffusion constant was calculated using linear equation (Table 2).

If plot ($q_t$ vs. $t^{1/2}$) is straight line passing from origin, then intra-particle diffusion becomes rate-limiting step. The adsorption data indicated that removal of dye from aqueous phase is a complex process, involving both boundary layer diffusion as well as intra-particle diffusion.

![Fig. 6: Intra-particle diffusion kinetics model for the adsorption of disperse orange 25 dye on activated carbon](image-url)
Hameed et al. (2009) also studied removal of cationic dye (methylene blue) from aqueous solutions using pineapple stem (a novel agricultural waste) as adsorbent and observed the more than one step affected the adsorption process.

CONCLUSION

Present study of adsorption process, removing disperse orange 25 dye from aqueous solution by the activated carbon, concludes that Langmuir isotherm describes the equilibrium data better than the Freundlich and Temkin isotherms. The maximum DO dye binding capacity (q_{m}) of activated carbon is found as 200 mg g^{-1}. A comparative statistical analysis of various linear and non-linear forms of pseudo-first and second order kinetic models shows that non-linear form of pseudo-second order kinetic model was best fitting the experimental data for the adsorption of disperse orange 25 dye onto activated carbon as q_{cal} matched with q_{exp} in terms of trends and values. Further the mean values of error function R^{2} was maximum and \chi^{2} was minimum in non-linear form of pseudo-second order kinetic model. The varying stages of adsorption rates showed that the rate of adsorption was faster in the beginning but later slowed down as the time progresses.

ACKNOWLEDGMENT

The first author is grateful to World Bank sponsored Technical Education Quality Improvement Programme (TEQIP-II), Uttar Pradesh, for providing support for this study.

REFERENCES

Andersson, K.I., M. Eriksson and M. Norgren, 2012. Lignin removal by adsorption to fly ash in wastewater generated by mechanical pulping. Ind. Eng. Chem. Res., 51: 3444-3451.
Banerjee, S., M. Chattopadhyaya, Uma and Y.C. Sharma, 2014. Adsorption characteristics of modified wheat husk for the removal of a toxic dye, methylene blue, from aqueous solutions. J. Hazard. Toxic. Radioact. Waste Manage., 18: 56-63.
Chowdhury, S. and P.D. Saha, 2011. Comparative analysis of linear and nonlinear methods of estimating the pseudo-second-order kinetic parameters for sorption of malachite green onto pretreated rice husk. Bioremed. J., 15: 181-188.
El Saliby, I., L. Erdei, J.H. Kim and H.K. Shon, 2013. Adsorption and photocatalytic degradation of methylene blue over hydrogen-titanate nanofibres produced by a peroxide method. Water Res., 47: 4115-4125.
Febrianto, J., A.N. Kosasih, J. Sunarso, Y.H. Ju, N. Indraswati, S. Ismadji, 2009. Equilibrium and kinetic studies in adsorption of heavy metals using biosorbent: A summary of recent studies. J. Hazardous Mater., 162: 616-645.
Freundlich, H.M.F., 1906. Over the adsorption in solution. J. Phys. Chem., 57: 385-470.
Gajare, S.M. and S. Menghani, 2012. Biosorption of malachite green by naturally grown algal biomass from Girna river, Jalgaon District, Maharashtra. J. Algal Biomass Util., 3: 60-65.
Hameed, B.H., A.T.M. Din and A.L. Ahmad, 2007. Adsorption of methylene blue onto bamboo-based activated carbon: Kinetics and equilibrium studies. J. Hazard. Mater., 141: 819-825.
Hameed, B.H., R.R. Krishni and S.A. Sata, 2009. A novel agricultural waste adsorbent for the removal of cationic dye from aqueous solutions. J. Hazard. Mater., 162: 305-311.
Ho, Y.S. and C.C. Chiang, 2001. Sorption studies of acid dye by mixed Sorbents. Adsorption, 7: 139-147.
Khare, S.K., K.K. Panday, R.M. Srivastava and V.N. Singh, 1987. Removal of victoria blue from aqueous solution by fly ash. J. Chem. Technol. Biotechnol., 38: 99-104.

Kisku, G.C., Markandeya, S.P. Shukla, D.S. Singh and R.C. Murthy, 2015. Characterization and adsorptive capacity of coal fly ash from aqueous solutions of disperse blue and disperse orange dyes. Environ. Earth Sci., 74: 1125-1135.

Kumar, K.V., 2006. Linear and non-linear regression analysis for the sorption kinetics of methylene blue onto activated carbon. J. Hazard. Mater., 137: 1538-1544.

Lange, C.R. and N. Mendez-Sanchez, 2010. Biological and abiotic color reduction of paper mill effluents during anaerobic composting. J. Environ. Eng., 136: 701-708.

Langmuir, I., 1916. The constitution and fundamental properties of solids and liquids. Part I. solids. J. Am. Chem. Soc., 38: 2221-2295.

Lian, L., L. Guo and C. Guo, 2009. Adsorption of Congo red from aqueous solutions onto Ca-bentonite. J. Hazard. Mater., 161: 126-131.

Meshko, V., L. Markovska, M. Mincheva and A.E. Rodrigues, 2001. Adsorption of basic dyes on granular activated carbon and natural zeolite. Water Res., 35: 3357-3366.

Mondal, S., 2008. Methods of dye removal from dye house effluent-An overview. Environ. Eng. Sci., 25: 383-396.

Ozacar, M. and I.A. Sengil, 2006. A two stage batch adsorber design for methylene blue removal to minimize contact time. J. Environ. Manage., 80: 372-379.

Pagnanelli, F., 2011. Equilibrium, Kinetic and Dynamic Modelling of Biosorption Processes. In: Microbial Biosorption of Metals, Kotrba, P., M. Mackova and T. Macek (Eds.). Springer, Netherlands, ISBN-13: 978-94-007-0443-5, pp: 59-120.

Shukla, S.P., A. Singh, L. Dwivedi, K.J. Sharma and D.S. Bhargava et al., 2014. Minimization of contact time for two-stage batch adsorber design using second-order kinetic model for adsorption of methylene blue (MB) on used tea leaves. Int. J. Sci. Innov. Res., 2: 58-66.

Temkin, M.I. and V. Pyzhev, 1940. Kinetics of ammonia synthesis on promoted iron catalysts. Acta Physicochim. USSR, 12: 327-356.

Thomas, H.C., 1948. Chromatography: A problem in kinetics. Ann. N. Y. Acad. Sci., 49: 161-182.

Tiwari, M., S.P. Shukla, D.S. Bhargava and G.C. Kisku, 2013. Color removal potential of coal fly ash-a low cost adsorbent from aqueous solutions of disperse dyes used in textile mill through batch technique. Our Earth, 10: 5-8.

Yu, J. and J. Hu, 2011. Adsorption of perfluorinated compounds onto activated carbon and activated sludge. J. Environ. Eng., 10: 945-951.